SELECTIVE ESTERIFICATION OF GLYCEROL WITH LAURIC ACID TO MONOLaurin USING 12-Tungstophosphoric Acid Incorporated SBA-15

by

Hoo Peng Yong

Thesis submitted in fulfilment of the requirements for the degree of Doctor of Philosophy

MAY 2016
ACKNOWLEDGEMENT

Without a shred of doubt, I would not be able to have gone so far without the continuous support from my supervisor, Professor Dr Ahmad Zuhairi Abdullah. I must extend my utmost gratitude towards him for his generous advices pouring upon me. His intellectual helps, including challenging and help shaping my understanding and ideas, providing guidance and proposing the “next-step” in my postgraduate journey. He had also consistently pointing out critical flaws in the research and yet, kind enough to suggest possible solutions for me to ponder of. His selfless support in providing ample funding and resources to enable my research works could never be thanked enough. Despite his busy schedules, his willingness to read through all of my drafts and provide much valued comments and correction have all of my respect and appreciation. I could never have thought of having a better supervisor and mentor throughout my postgraduate study.

In addition to my supervisors, I must also mention Professor Dr Bassim H. Hameed who is leading the Reaction Engineering & Adsorption (READ) Research Group. Being examiner of my FYP thesis, Master to PhD. Conversion thesis and progress reports chairperson, he has always been able to provide positive criticism on my research works, pointing out weaknesses and the need for improvement on my works. Needless to say, his suggestions and insight on how to tackle a certain problem in catalysis, especially reusability and kinetic modelling studies has certainly gave huge impact towards my research direction.

Next, I would also like to thank Professor Dr Kobayashi Takaomi–sensei from GIGAKU Materials Group, Nagaoka University of Technology, Japan and Associate Professor Dr Minoru Satoh–sensei from Department of Chemistry and Material Engineering, Ibaraki National College of Technology, Japan. During my short research attachment to Nagaoka University of Technology (NUT), their hospitality and willingness to provide guidance and allowing me to perform my research in their lab have my sincere gratefulness. Being a knowledgeable researcher in their research fields, their straight-forward, sometimes
harsh criticism on my work have definitely improved my understanding of catalysis in terms of material characterization.

Certainly, I must also thank my scholarship providers, Universiti Perlis Malaysia (UniMAP) and the Malaysian Ministry of Education (MoE) whom have continuously support me financially throughout my PhD study. The Skim Latihan Akademik IPTA (SLTPA scheme) that was offered to me have definitely clear my mind on financial issue during my study, and enables me to focus all of my effort in pursuing my higher degree. In debt to both UniMAP and Malaysia, I will devote myself as an academician and researcher once I have completed my study.

I would also like to express my gratitude towards professors, associate professors and senior lectures in my alma mater, School of Chemical Engineering, USM who have helped to shape the present me, be it academically, physically, socially and emotionally. They have continued to inspire me to soar for higher goals, in both research works and life. Also, I shall never forget to mention all the technical staffs, administrative staffs and assistant engineers who never fail to provide significant supports and aids throughout my undergraduate and postgraduate period. Regrettably, I could not acknowledge all of them by names as the list might go on for pages. Nevertheless, I wish them all the best and continue to be inspiration for many other students and personnel to the future.

Last but not least, I would like to dedicate my gratitude to my beloved family members and friends, for they have shown endless support and care. They have always stand by me and have given me moral support whenever I needed them throughout my journey. Their understanding of my inability to be with them most of the time enabled me to focus on my responsibility as a PhD candidate and driven me to the completion of this thesis.

Hoo Peng Yong (Arthur)
May 2016
# TABLE OF CONTENTS

Acknowledgement ........................................................................................................... ii  
Table of Contents ........................................................................................................ iii  
List of Tables ................................................................................................................ x  
List of Figures .............................................................................................................. xiii  
List of Abbreviations .................................................................................................... xxii  
List of Symbols ............................................................................................................. xxiv  
Abstrak .......................................................................................................................... xxv  
Abstract .......................................................................................................................... xxvii  

## CHAPTER 1 – INTRODUCTION

1.1 Glycerol as By-product of Biodiesel Production............................................... 1  
1.2 Monoglyceride ...................................................................................................... 5  
   1.2.1 Direct Esterification of Glycerol with Fatty Acid ......................................... 6  
   1.2.2 Trans-esterification of Glycerol ................................................................... 8  
      a) Reaction with Triglyceride (Glycerolysis) ...................................................... 8  
      b) Reaction with Fatty Acid Methyl Ester (FAME) ........................................... 9  
1.3 Acidic Heterogeneous Catalyst for Direct Esterification of Glycerol with Fatty Acid .................................................................................................................. 10  
1.4 Problem Statement .............................................................................................. 10  
1.5 Objective .............................................................................................................. 12  
1.6 Scope of Study ..................................................................................................... 13  

## CHAPTER 2 – LITERATURE REVIEW

2.1 Literature Synopsis ............................................................................................. 16  
2.2 Acidic Heterogeneous Catalyst for Direct Esterification ..................................... 17  
   2.2.1 Acidic Resins ............................................................................................... 17
2.2.2 Zeolites ................................................................. 19
2.2.3 Acidic Mesoporous Materials: SBA-15......................... 22
2.2.4 SBA-15 Modification .................................................. 27

2.3 Heteropoly Acids (HPAs) ............................................. 31
2.3.1 Heteropolyanion Structures ....................................... 32
   (a) Primary Structure (Keggin Structure) ......................... 33
   (b) Secondary Structure (Pseudo-liquid phase) ................. 34
2.3.2 Acidic Properties of Heteropoly Acids .......................... 35
   (a) In Solid State ....................................................... 35
   (b) In Solution State .................................................. 37
2.3.3 Acid Heterogeneous Catalysis ................................... 38
   (a) Heteropoly Acids as Heterogeneous Catalyst .............. 38
   (b) Heteropoly Acids on Supported Media ....................... 41

2.4 Direct Esterification of Glycerol with Fatty Acid ............... 48
2.4.1 Azeotropic Esterification ....................................... 48
2.4.2 Esterification with Continuous Inert Gas Purging ........... 49
2.4.3 Esterification Under Reduced Pressure ....................... 49
2.4.4 Effect of Experimental Operating Conditions ............... 50
   (a) Effective Acid Sites ............................................. 50
   (b) Reaction Temperature ......................................... 50
   (c) Glycerol: Fatty Acid Ratio (R) ............................... 51
   (d) Catalyst Loading ................................................ 51

2.5 Reusability Study, Catalyst Stability and Leaching Test ........ 52

2.6 Kinetic Modelling .................................................... 53
2.6.1 Simple Power Law Kinetic Study ................................ 53
2.6.2 Reaction Mechanism Proposal with Their Respective Kinetics .... 54
   (a) Nucleophilic Substitution .................................... 54
(b) Bimolecular Reactions: Langmuir-Hinshelwood Kinetics............ 55
(c) Bimolecular Reactions: Eley-Rideal Kinetics......................... 57

CHAPTER 3 – MATERIALS AND METHODS

3.1 Chemicals and Materials...................................................... 61
3.2 Overall Experiment Flowchart.............................................. 62
3.3 Equipment............................................................................ 65
3.4 Catalysts Preparation............................................................ 67
   3.4.1 Stage 1: Incorporation of HPW into SBA-15 via Post Impregnation... 67
   3.4.2 Stage 2: Incorporation of HPW into SBA-15 via Direct Synthesis..... 70
3.5 Characterization of HPW/IM and HPW/DS Catalysts............... 72
   3.5.1 Surface Analysis............................................................ 72
   3.5.2 Powder X-ray Diffraction (XRD)........................................ 73
   3.5.3 Temperature Programmed Desorption with Ammonia (NH₃-TPD)..... 74
   3.5.4 Fourier Transformed Infrared (FT-IR)................................... 74
   3.5.5 Scanning Electron Microscopy (SEM).................................. 75
   3.5.6 Energy Dispersive X-ray Spectroscopy (EDS).......................... 75
   3.5.7 Transmission Electron Microscopy (TEM)............................. 75
   3.5.8 Thermal Gravimetric Analysis (TGA)................................... 75
   3.5.9 High Resolution Transmission Electron Microscopy (HRTEM)...... 76
   3.5.10 X-ray Photoelectron Spectroscopy (XPS)............................ 76
3.6 Catalytic Activity Test......................................................... 77
   3.6.1 Esterification of Glycerol with Lauric Acid............................. 77
   3.6.2 Performance Indicators.................................................. 77
3.7 Effect of Various Reaction Condition..................................... 79
   3.7.1 Effective Acid Sites...................................................... 80
   3.7.2 Reaction Temperature (T)............................................... 80
3.7.3 Glycerol: Fatty Acid Ratio (R) .................................................. 80
3.7.4 Catalyst Loading ................................................................. 81
3.7.5 Fatty Acid Chain Length ..................................................... 81
3.8 Kinetic Studies ................................................................. 81
3.8.1 Simple Power Law ........................................................... 81
3.8.2 Nucleophilic Substitution Mechanism .................................. 84
3.8.3 Bimolecular Reactions: Langmuir-Hinshelwood Kinetics ...... 86
3.8.4 Bimolecular Reactions: Eley-Rideal Kinetics ....................... 88
3.9 Reusability Study ............................................................. 90
3.10 Leaching Test ................................................................. 90
3.11 Catalyst Stability Improvement Study ..................................... 91

CHAPTER 4 – RESULTS AND DISCUSSIONS

4.1 Study 1: HPW/SBA-15 Via Post Impregnation Methods ............. 96
4.1.1 Characterization of HPW/SBA-15 Via Post Impregnation Method ........................................... 96
   (a) Surface Analysis .......................................................... 96
   (b) Powder X-ray Diffraction (XRD) ................................. 102
   (c) Temperature Programmed Desorption with Ammonia
       \((\text{NH}_3\text{-TPD})\) .................................................. 105
   (d) Fourier Transformed Infrared (FT-IR) .......................... 110
   (e) Scanning Electron Microscopy (SEM) ....................... 114
   (f) Energy Dispersive X-ray Spectroscopy (EDS) ................. 116
   (g) Transmission Electron Microscopy (TEM) ................... 118
   (h) Thermal Gravimetric Analysis (TGA) ......................... 120
4.1.2 Catalytic Performance of HPW/SBA-15 Catalysts Via Post
       Impregnation Method .................................................. 123
       (a) Effect of HPW Loading on SBA-15 ......................... 123
(b) Effect of Reaction Temperature (T).............................................. 127
(c) Effect of Reactant Ratio (R)......................................................... 130
(d) Effect of Catalyst Loading........................................................... 134
(e) Effect of Fatty Acid Chain Length............................................... 137

4.2 Study 2: HPW/SBA-15 Via Direct Synthesis Method....................... 141

4.2.1 Characterization of HPW/SBA-15 Via Direct Synthesis Method...... 141
(a) Surface Analysis........................................................................... 141
(b) Powder X-ray Diffraction (XRD).................................................... 148
(c) Temperature Programmed Desorption with Ammonia
   (NH$_3$-TPD).................................................................................. 153
(d) Fourier Transformed Infrared (FT-IR)............................................. 158
(e) Scanning Electron Microscopy (SEM)............................................. 163
(f) Energy Dispersive X-ray Spectroscopy (EDS)................................. 169
(g) Transmission Electron Microscopy (TEM)..................................... 171
(h) Thermal Gravimetric Analysis (TGA)............................................. 173

4.2.2 Catalytic Performance of HPW/SBA-15 Catalysts Via Direct
    Synthesis Method........................................................................... 176
(a) Effect of HPW Loading on SBA-15................................................. 176
(b) Effect of Reaction Temperature (T).............................................. 180
(c) Effect of Reactant Ratio (R)........................................................... 183
(d) Effect of Catalyst Loading............................................................. 186

4.3 Study 3: Catalytic Performance Comparative Study on Synthesized
    Catalysts......................................................................................... 190

4.3.1 HPW Loadings............................................................................ 190
4.3.2 Effect of Reaction Temperature.................................................. 191
4.3.3 Effect of Reactant Ratio (R)........................................................ 192
4.3.4 Effect of Catalyst Loading........................................................... 193
CHAPTER 5 – CONCLUSIONS AND RECOMMENDATIONS

5.1 Conclusions ................................................. 256

5.2 Recommendations ........................................ 259

REFERENCES ..................................................... 261

APPENDICES

LIST OF PUBLICATIONS
# LIST OF TABLES

| Table 2.1 | Conversion and Selectivity using Different Acidic Resins (T=90°, t=90 hours) (Abro et al., 1997) | 18 |
| Table 2.2 | Esterification of Glycerol with Fatty Acids Catalyzed by Zeolites | 20 |
| Table 2.3 | Summary of Modifications Made on SBA-15 with Some Recent Examples | 28 |
| Table 2.4 | Dissociation Constants of Heteropoly Acids in Various Organic Solvents at 25°C (Timofeeva, 2003) | 37 |
| Table 2.5 | Summary of Recent Use of Bulk Heteropoly Acids in Organic Transformations | 40 |
| Table 2.6 | Lists of Recent Reported MMS Supported HPAs Catalysts | 42 |
| Table 3.1 | List of Chemical and Materials Used | 61 |
| Table 3.2 | List of Equipment Used | 65 |
| Table 4.1 | Surface Characteristic of SBA-15 and Post Impregnated Catalysts | 96 |
| Table 4.2 | Small Angle XRD Pattern of SBA-15 and Post Impregnated Catalysts | 103 |
| Table 4.3 | Acidity Characterization of Post Impregnated Catalysts | 109 |
| Table 4.4 | Results of EDS analysis of Post Impregnated Catalysts at 20keV | 116 |
Table 4.5  Catalytic Performance of HPW Post Impregnated SBA-15 with Different Catalyst Loadings, Reaction Time, Reaction Temperatures and Reactant Ratios 140

Table 4.6  Surface Characteristic of SBA-15 and Direct Synthesized Catalysts 141

Table 4.7  Small Angle XRD Pattern of SBA-15 and Direct Synthesized Catalysts 149

Table 4.8  Acidity Characterization of Direct Synthesized Catalysts 157

Table 4.9  Comparison of Acidity Characterization of Post Impregnated and Direct Synthesized Catalysts 157

Table 4.10  Results of EDS Analysis of Direct Synthesized Catalysts 169

Table 4.11  Catalytic Performance of Direct Synthesized HPW-SBA-15 with Different Catalyst Loadings, Reaction Time, Reaction Temperatures and Reactant Ratios 189

Table 4.12  Comparison of Catalyst Activity in this Study and Past Literatures 195

Table 4.13  Specific Constant, k at Different Reaction Temperatures 198

Table 4.14  Surface Analysis of SBA-15, 40wt%-HPW/IM and Recycled Catalysts (R1 & R2) 211

Table 4.15  Results of EDS Analysis of 40wt%-HPW/IM, R1 and R2 at 20keV 215
Table 4.16 | Surface Characteristics of SBA-15, CaSBA-15 and HPW Post impregnated CaSBA-15 | 220
Table 4.17 | Quantitative NH$_3$-TPD Analysis of SBA-15, CaSBA-15 and HPW Post Impregnated CaSBA-15 | 231
Table 4.18 | Results of EDS Analysis at 20keV of SBA-15, CaSBA-15, 10wt%-HPW/CaSBA-15 and 20wt%-HPW/CaSBA-15 | 238
Table 4.19 | Results of XPS Quantitative Analysis of CaSBA-15, 10wt%-HPW/CaSBA-15 and 20wt%-HPW/CaSBA-15 at 20 keV | 242
Table 4.20 | Summary of Selective Catalytic Performances | 254
# LIST OF FIGURES

<table>
<thead>
<tr>
<th>Figure</th>
<th>Description</th>
<th>Page</th>
</tr>
</thead>
<tbody>
<tr>
<td>Figure 1.1</td>
<td>Industrial Biodiesel Synthesis with Glycerol as By-product</td>
<td>2</td>
</tr>
<tr>
<td>Figure 1.2</td>
<td>US Monthly Biodiesel (Top) Production and (Bottom) Consumption Rates for year 2013-2015 (U.S. Energy Information Administration, 2016)</td>
<td>3</td>
</tr>
<tr>
<td>Figure 1.3</td>
<td>Glycerol Produced as By-products from Industrial Soap Synthesis</td>
<td>4</td>
</tr>
<tr>
<td>Figure 1.4</td>
<td>Molecular Structures of 1-Monoglyceride &amp; 2-Monoglyceride</td>
<td>6</td>
</tr>
<tr>
<td>Figure 1.5</td>
<td>Direct Esterification of Glycerol with Fatty Acid</td>
<td>7</td>
</tr>
<tr>
<td>Figure 1.6</td>
<td>Trans-esterification of Glycerol with Triglycerides</td>
<td>8</td>
</tr>
<tr>
<td>Figure 1.7</td>
<td>Trans-esterification of Glycerol with FAME</td>
<td>9</td>
</tr>
<tr>
<td>Figure 2.1</td>
<td>Graphical Route of Formation of SBA-15 (Ide et al., 2011)</td>
<td>25</td>
</tr>
<tr>
<td>Figure 2.2</td>
<td>Examples of other Heteropoly Anion Structures (M=Mo$^{VI}$ and W$^{VI}$) (Timofeeva, 2003)</td>
<td>32</td>
</tr>
<tr>
<td>Figure 2.3</td>
<td>(Left to Right) Primary Structure (Keggin Structure) and Secondary Structure (Pseudo Liquid Phase) of HPW (Timofeeva, 2003)</td>
<td>33</td>
</tr>
<tr>
<td>Figure 2.4</td>
<td>Pseudo-liquid Form of Keggin HPW Anions at Elevated Temperature (Baroi and Dalai, 2014b)</td>
<td>35</td>
</tr>
<tr>
<td>Figure 2.5</td>
<td>Proposed Scheme for HPW Supported on SBA-15 using Direct Synthesis Method (Gagea et al., 2009)</td>
<td>46</td>
</tr>
</tbody>
</table>
Figure 4.3 (a) Small Angle XRD patterns and (b) Wide Angle XRD Patterns of SBA-15, 10wt%-HPW/IM, 20wt%-HPW/IM, 30wt%-HPW/IM and 40wt%-HPW/IM

Figure 4.4 NH$_3$-TPD Profiles of 10wt%-HPW/IM, 20wt%-HPW/IM, 30wt%-HPW/IM and 40wt%-HPW/IM

Figure 4.5 FTIR Spectra of SBA-15, pure HPW, 10wt%-HPW/IM, 20wt%-HPW/IM, 30wt%-HPW/IM and 40wt%-HPW/IM Samples

Figure 4.6 Detailed FTIR Spectra (400-1400cm$^{-1}$) of SBA-15, Pure HPW, 10wt%-HPW/IM, 20wt%-HPW/IM, 30wt%-HPW/IM and 40wt%-HPW/IM

Figure 4.7 SEM Images at a magnification of 10,000X for (a) 10wt%-HPW/IM, (b) 20wt%-HPW/IM, (c) 30wt%-HPW/IM, (d) 40wt%-HPW/IM, (e) SBA-15 Samples

Figure 4.8 Transmission Electron Microscopy of (a) 10wt%-HPW/IM, (b) 20wt%-HPW/IM, (c) 30wt%-HPW/IM, (d) 40wt%-HPW/IM and (e) SBA-15

Figure 4.9 TGA profiles of 10wt%-HPW/IM, 20wt%-HPW/IM, 30wt%-HPW/IM and 40wt%-HPW/IM Samples

Figure 4.10 Conversion Profiles Using Pure HPW, 10wt%-HPW/IM, 20wt%-HPW/IM, 30wt%-HPW/IM and 40wt%-HPW/IM

Figure 4.11 Monolaurin Yield for Pure HPW, 10wt%-HPW/IM, 20wt%-HPW/IM, 30wt%-HPW/IM and 40wt%-HPW/IM
Figure 4.12  Conversion Profile for 40wt%-HPW/IM at Different Reaction Temperatures  128

Figure 4.13  Monolaurin Yield Profile for 40wt%-HPW/IM at Different Reaction Temperatures  129

Figure 4.14  Conversion Profiles of 40wt%-HPW/IM with Different Reactant Ratios (R)  131

Figure 4.15  Monolaurin Yield Profiles of 40wt%-HPW/IM with Different Reactant Ratios  131

Figure 4.16  Conversion Profiles with Different 40wt%-HPW/IM Loadings  134

Figure 4.17  Monolaurin Yield Profiles with Different 40wt%-HPW/IM Loadings  135

Figure 4.18  Profiles of Fatty Acid Conversion for Different Saturated Fatty Acid under Same Reaction Conditions  138

Figure 4.19  Nitrogen Gas Adsorption-Desorption Isotherms of SBA-15, 10wt%-HPW/DS, 20wt%-HPW/DS, 30wt%-HPW/DS, 40wt%-HPW/DS  143

Figure 4.20  BJH Pore Size Distribution of SBA-15, 10wt%-HPW/DS, 20wt%-HPW/DS, 30wt%-HPW/DS, 40wt%-HPW/DS  145

Figure 4.21  (a) Small Angle and (b) Large Angle XRD patterns of 10wt%-HPW/DS, 20wt%-HPW/DS, 30wt%-HPW/DS and 40wt%-HPW/DS  149

Figure 4.22  NH$_3$-TPD Profiles of 10wt%-HPW/DS, 20wt%-HPW/DS, 30wt%-HPW/DS and 40wt%-HPW/DS  154
Figure 4.23 FTIR Spectra of SBA-15, Pure HPW, 10wt%-HPW/DS, 20wt%-HPW/DS, 30wt%-HPW/DS and 40wt%-HPW/DS Samples

Figure 4.24 Detailed FTIR Spectra (400-1400cm\(^{-1}\)) of SBA-15, Pure HPW, 10wt%-HPW/DS, 20wt%-HPW/DS, 30wt%-HPW/DS and 40wt%-HPW/DS Samples

Figure 4.25 SEM Images Taken at a Magnification of 10,000X for (a) 10wt%-HPW/DS, (b) 20wt%-HPW/DS, (c) 30wt%-HPW/DS, (d) 40wt%-HPW/DS, (e) SBA-15 Samples

Figure 4.26 SEM Images at Magnification of 15,000X for (a) 20wt%-HPW/IM, (b) 40wt%-HPW/IM, (c) 20wt%-HPW/DS and (d) 40wt%-HPW/DS Samples

Figure 4.27 Transmission Electron Microscopy of (a) 10wt%-HPW/DS, (b) 20wt%-HPW/DS, (c) 30wt%-HPW/DS, (d) 40wt%-HPW/DS and (e) SBA-15

Figure 4.28 TGA profiles of 10wt%-HPW/DS, 20wt%-HPW/DS, 30wt%-HPW/DS and 40wt%-HPW/DS Samples

Figure 4.29 Conversion Profiles Using: Pure HPW, 10wt%-HPW/DS, 20wt%-HPW/DS, 30wt%-HPW/DS and 40wt%-HPW/DS

Figure 4.30 Monolaurin Yield Profiles Using Pure HPW, 10wt%-HPW/DS, 20wt%-HPW/DS, 30wt%-HPW/DS and 40wt%-HPW/DS

Figure 4.31 Conversion Profiles for 20wt%-HPW/DS at Different Reaction Temperatures
Figure 4.32  Monolaurin Yield Profiles for 20wt%-HPW/DS at Different Reaction Temperatures  182

Figure 4.33  Conversion Profiles for 20wt%-HPW/DS at Different Reactant Ratios (R)  184

Figure 4.34  Monolaurin Yield Profiles for 20wt%-HPW/DS at Different Reactant Ratios (R)  185

Figure 4.35  Conversion Profiles with Different 20wt%-HPW/DS Loadings  186

Figure 4.36  Monolaurin Yield Profiles with Different 20wt%-HPW/DS Loadings  187

Figure 4.37  Second Order Model for Reaction Rate Constant Calculation at Different Catalyst Loadings for Direct Esterification of Glycerol with Lauric Acid  196

Figure 4.38  Second Order Model for Reaction Rate Constant Calculation at Different Reaction Temperature for Direct Esterification of Glycerol with Lauric Acid  198

Figure 4.39  Arrhenius Plot for Direct Esterification of Glycerol with Lauric Acid using 40wt%-HPW/IM Catalyst  199

Figure 4.40  Parity Plot between Experimental and Predicted Monolaurin Yield using Developed Model  201

Figure 4.41  Proposed Esterification Process Mechanism for the Formation of 1-Monoglyceride and 2-Monoglyceride via Esterification of Glycerol with Fatty Acid Catalysed by 40wt%-HPW/SBA-15  202
Figure 4.42  Langmuir Hinshelwood Kinetic Model with Lauric Acid as Sole Strongly Adsorbed Reactant

Figure 4.43  Bimolecular Reactions: Eley-Rideal Mechanism for Esterification of Glycerol with Lauric Acid Producing Monolaurin and Water

Figure 4.44  Parity Plots of Comparing the Experimental and Predicted Monolaurin Yields by (a) Nucleophilic Substitution Mechanism Model, (b) Langmuir-Hinshelwood Kinetic Model and (c) Eley-Rideal Kinetic Model

Figure 4.45  Profiles of Lauric Acid Conversion, Monolaurin Selectivity and Yield the Fresh and Recycled Catalysts

Figure 4.46  Nitrogen Gas Adsorption-Desorption Isotherms of 40wt%-HPW/IM, R1 and R2

Figure 4.47  Pore Size Distribution of 40wt%-HPW/IM, R1 and R2

Figure 4.48  FTIR Spectra of SBA-15, Pure HPW, 40wt%-HPW/IM, R1 and R2 Samples

Figure 4.49  Detailed FTIR Spectra of SBA-15, Pure HPW, 40wt%-HPW/IM, R1 and R2 Samples

Figure 4.50  SEM Images of (a) 40wt%-HPW/IM, (c) R1, (e) R2 at 5,000 X Magnification and (b) 40wt%-HPW/IM, (d) R1, (f) R2 at 20,000 X Magnification

Figure 4.51  Lauric Acid Conversion and Monolaurin Selectivity of 40wt%-HPW/IM at 3rd hour, 6th hour (without catalyst) and 6th hour (with catalyst)
Figure 4.52  Nitrogen Adsorption-Desorption Isotherms of SBA-15, CaSBA-15, 10wt%-HPW/CaSBA-15 and 20wt%-HPW/CaSBA-15

Figure 4.53  BJH Pore Size Distribution of SBA-15, CaSBA-15, 10wt%-HPW/CaSBA-15 and 20wt%-HPW/CaSBA-15

Figure 4.54  NH$_3$-TPD Profiles of SBA-15, CaSBA-15, 10wt%-HPW/CaSBA-15 and 20wt%-HPW/CaSBA-15

Figure 4.55  Histogram of NH$_3$ Desorbed As A Function of Temperature for SBA-15, CaSBA-15, 10wt%-HPW/CaSBA-15 and 20wt%-HPW/CaSBA-15

Figure 4.56  Full FTIR Spectra of SBA-15, CaSBA-15, 10wt%-HPW/CaSBA-15 and 20wt%-HPW/CaSBA-15

Figure 4.57  Detailed FTIR Spectra of SBA-15, CaSBA-15, 10wt%-HPW/CaSBA-15 and 20wt%-HPW/CaSBA-15

Figure 4.58  SEM Images of a) CaSBA-15, b) 10wt%-HPW/CaSBA-15 and c) HPW/CaSBA-15 at 15,000X Magnification

Figure 4.59  a) SEM Images of 20wt%-HPW/CaSBA-15 at 15,000X Magnification, b) Si Element Mapping and c) Ca and W Mapping on the same SEM Image

Figure 4.60  High Resolution TEM Images of a) CaSBA-15, b) 10wt%-HPW/CaSBA-15 and c) 20wt%-HPW/CaSBA-15 at 43,000X Magnification at 200 kV

Figure 4.61  High Resolution TEM Images of a) CaSBA-15, b) 10wt%-HPW/CaSBA-15 and c) 20wt%-HPW/CaSBA-15 at 195,000X Magnification and 200 kV
Figure 4.62  XPS Spectra of a) Full Range, b) Ca 3p and W 4f\textsubscript{7/2}, c) Si 2p\textsubscript{3/2} and Si 2p\textsubscript{1/2} and d) O 1s of CaSBA-15, 10wt%-HPW/CaSBA-15 and 20wt%-HPW/CaSBA-15

Figure 4.63  Lauric Acid Conversion Profiles of Pure HPW, 10wt%-HPW/CaSBA-15, 20wt%-HPW/CaSBA-15 and Blank (Control)

Figure 4.64  Monolaurin Yield Profiles of Pure HPW, 10wt%-HPW/CaSBA-15, 20wt%-HPW/CaSBA-15 and Blank (Control)

Figure 4.65  Profiles of Lauric Acid Conversion, Monolaurin Selectivity and Yield of the Fresh and Recycled 10wt%/CaSBA-15
# LIST OF ABBREVIATIONS

<table>
<thead>
<tr>
<th>Acronym</th>
<th>Full Form</th>
</tr>
</thead>
<tbody>
<tr>
<td>AAS</td>
<td>Atomic absorption spectroscopy</td>
</tr>
<tr>
<td>ANOVA</td>
<td>Analysis of Variance</td>
</tr>
<tr>
<td>AT-GMB</td>
<td>Activated Bentonite</td>
</tr>
<tr>
<td>BET</td>
<td>Brunauer–Emmett–Teller</td>
</tr>
<tr>
<td>CaOH₂</td>
<td>Calcium Hydroxide</td>
</tr>
<tr>
<td>DoE</td>
<td>Design of Experiment</td>
</tr>
<tr>
<td>DS</td>
<td>Direct Synthesis Method</td>
</tr>
<tr>
<td>EDS</td>
<td>Energy Dispersive X-ray Spectroscopy</td>
</tr>
<tr>
<td>FAME</td>
<td>Fatty Acid Methyl Ester</td>
</tr>
<tr>
<td>FTIR</td>
<td>Fourier Transformed Infrared</td>
</tr>
<tr>
<td>GC</td>
<td>Gas Chromatograph</td>
</tr>
<tr>
<td>GCMS</td>
<td>Gas Chromatograph Mass Spectrometer</td>
</tr>
<tr>
<td>H₂O</td>
<td>Water</td>
</tr>
<tr>
<td>H₂SO₄</td>
<td>Sulfuric Acid</td>
</tr>
<tr>
<td>HCl</td>
<td>Hydrochloric Acid</td>
</tr>
<tr>
<td>HMS</td>
<td>Hexagonal Mesoporous Silica</td>
</tr>
<tr>
<td>HPA</td>
<td>Heteropoly Acids</td>
</tr>
<tr>
<td>HRTEM</td>
<td>High Resolution Transmission Electron Microscopy</td>
</tr>
<tr>
<td>HPW</td>
<td>12-tungstunphosphoric Acid</td>
</tr>
<tr>
<td>IM</td>
<td>Post Impregnation Method</td>
</tr>
<tr>
<td>KOH</td>
<td>Potassium Hydroxide</td>
</tr>
<tr>
<td>MMSs</td>
<td>Mesoporous Molecular Sieves</td>
</tr>
<tr>
<td>MPA</td>
<td>Molybdophosphoric acid</td>
</tr>
<tr>
<td>MPMDS</td>
<td>3-mercaptopropiyl (methyl) dimethoxy silane</td>
</tr>
<tr>
<td>MPTMS</td>
<td>3-mercaptopropyl trimethoxy silane</td>
</tr>
<tr>
<td>Abbreviation</td>
<td>Full Form</td>
</tr>
<tr>
<td>--------------</td>
<td>-----------</td>
</tr>
<tr>
<td>NaOH</td>
<td>Sodium Hydroxide</td>
</tr>
<tr>
<td>NH₃</td>
<td>Ammonia</td>
</tr>
<tr>
<td>NH₃-TPD</td>
<td>Temperature Programmed Desorption with Ammonia</td>
</tr>
<tr>
<td>P</td>
<td>Phosphorus</td>
</tr>
<tr>
<td>P123</td>
<td>Pluronic 123</td>
</tr>
<tr>
<td>R</td>
<td>Long Straight Carbon Chain</td>
</tr>
<tr>
<td>R</td>
<td>Alcohol to Fatty Acid Molar Ratio</td>
</tr>
<tr>
<td>RSM</td>
<td>Response Surface Methodology</td>
</tr>
<tr>
<td>SBA-15</td>
<td>Santa-Barbara Amorphous No. 15</td>
</tr>
<tr>
<td>SEM</td>
<td>Scanning Electron Microscopy</td>
</tr>
<tr>
<td>T</td>
<td>Temperature</td>
</tr>
<tr>
<td>t</td>
<td>Time</td>
</tr>
<tr>
<td>TEM</td>
<td>Transmission Electron Microscopy</td>
</tr>
<tr>
<td>TEOS</td>
<td>Tetraethylorthosilicate</td>
</tr>
<tr>
<td>TGA</td>
<td>Thermal Gravimetric Analysis</td>
</tr>
<tr>
<td>TOF</td>
<td>Turnover Frequency</td>
</tr>
<tr>
<td>TON</td>
<td>Turnover Number</td>
</tr>
<tr>
<td>W</td>
<td>Tungsten</td>
</tr>
<tr>
<td>XDR</td>
<td>X-ray Diffraction</td>
</tr>
<tr>
<td>XPS</td>
<td>X-ray photoelectron spectroscopy</td>
</tr>
</tbody>
</table>
## LIST OF SYMBOLS

<table>
<thead>
<tr>
<th>Symbol</th>
<th>Definition</th>
</tr>
</thead>
<tbody>
<tr>
<td>2-D</td>
<td>2-dimensional</td>
</tr>
<tr>
<td>3-D</td>
<td>3-dimensional</td>
</tr>
<tr>
<td>Å</td>
<td>Angstrom</td>
</tr>
<tr>
<td>cm³</td>
<td>Cubic centimetre</td>
</tr>
<tr>
<td>ºC</td>
<td>Degree centigrade</td>
</tr>
<tr>
<td>Cal</td>
<td>Calorie</td>
</tr>
<tr>
<td>Eₐ</td>
<td>Activation energy</td>
</tr>
<tr>
<td>g</td>
<td>Gram</td>
</tr>
<tr>
<td>h/ hr</td>
<td>Hour</td>
</tr>
<tr>
<td>J</td>
<td>Joule</td>
</tr>
<tr>
<td>k</td>
<td>kilo</td>
</tr>
<tr>
<td>K</td>
<td>Kelvin</td>
</tr>
<tr>
<td>k₋₁</td>
<td>Backward reaction rate constant</td>
</tr>
<tr>
<td>K₊₁</td>
<td>Forward reaction rate constant</td>
</tr>
<tr>
<td>Pa</td>
<td>Pascal</td>
</tr>
<tr>
<td>m²</td>
<td>Square meter</td>
</tr>
<tr>
<td>ml</td>
<td>Millilitre</td>
</tr>
<tr>
<td>min</td>
<td>Minutes</td>
</tr>
<tr>
<td>mol</td>
<td>moles</td>
</tr>
<tr>
<td>n</td>
<td>Order of reaction</td>
</tr>
<tr>
<td>T</td>
<td>Temperature</td>
</tr>
<tr>
<td>wt%</td>
<td>Weightage percentage</td>
</tr>
</tbody>
</table>